Antimicrobial screening of silver nanoparticles synthesized by marine cyanobacterium *Phormidium formosum*

Reham G. Elkomy*

Department of Marine Environment, Marine Biotechnology Lab, National Institute of Oceanography and Fisheries (NIOF), Alexandria, Egypt

Received: October 2019, Accepted: March 2020

ABSTRACT

Background and Objectives: Nanoparticles are widely used in various fields such as electronics, cosmetics, water purification, biomedical and biotechnology. Biosynthesis of nanoparticles using biological agents have gained much attention in the area of nanotechnology in the last few decades because of cost effective, non-toxic, and eco-friendly. Algae have been used to reduce metal ions and subsequently for the biosynthesis of nanoparticles.

Materials and Methods: Silver nanoparticles (AgNPs) have been biosynthesized by *Phormidium formosum* isolated from Mediterranean Sea coast Egypt in an aqueous system. An aqueous solution of silver ions was treated with alive biomass of *P. formosum* for the formation of AgNPs. The physio-chemical properties of synthesized silver nanoparticles were studied using analytical techniques such as UV-Vis spectrophotometer, transmission electron microscopy (TEM), and Fourier Transform Infrared Spectroscopy (FTIR). The antimicrobial effect of synthesized silver nanoparticles was also tested on several microorganisms by measuring the inhibition zone.

Results: These nanoparticles showed an absorption peak at \(\lambda_{\text{max}}\) 437 nm in the UV-visible spectrum, corresponding to the Surface Plasmon Resonance of AgNPs. The transmission electron micrographs of nanoparticles in an aqueous solution showed production of silver nanoparticles synthesized by *P. formosum*. The obtained AgNPs are spherical in shape with a size ranging from 1.83 nm to 26.15 nm. The Fourier transmittance infrared spectrum (FTIR) confirms the presence of bio component in alive biomass of *P. formosum* which was responsible for the nanoparticles synthesis. The antimicrobial test revealed that AgNPs synthesized by *P. formosum* is capable to inhibit the growth of microorganisms.

Conclusion: The results confirmed that AgNPs can act as a powerful antimicrobial agent against fish and human pathogens.

Keywords: Antimicrobial activity; Silver nanoparticles; Biosynthesis; Marine cyanobacteria

INTRODUCTION

The novel properties of chemical nanoparticles are highly sought after in a number of new and existing industries. In recent years, nanotechnology is an escalating field of modern research involving in synthesis design, characterization, production, and application of structures, devices, and systems by controlling shape and size at the nanometer scale (1-2). Biological methods for synthesizing nanoparticles have shown better results compared to chemical and physical techniques due to time consumption, slow kinetics (3-4) low cost (5) and most importantly it is eco-friendlier compared to the chemical and physical techniques (6). Algae, fungi, bacteria; as well as biomolecules such as proteins, amino acids, carbohydrates and sugars could be used for biosynthesis of nanoparticles (7). Many centuries ago silver particles were used as an antimicrobial substance. Oligo dynamic effects of silver enables the binding of silver...
ions to the reactive sites of the bacterial cells, resulting in precipitation and inactivation of the organisms (8). As a result, nano silver particles based antiseptics are mainly in use nowadays (9). Algae used in the biosynthesis of nanoparticles have recently attracted the attention of many scientific researches due to their rapid growth, to their biomass formation and to their different biological activities by nature. Extensive work has been conducted on different types of algae mainly Spirulina platensis for the bio-synthesis of nanoparticles. So far, Mohammed et al. and Ahmed et al. (10-11) have used cyanobacteria for the synthesis of silver nanoparticles; they reported good antibacterial activity against some human pathogenic bacteria.

In this study, a marine diatom was used to reduce silver nitrate into nano-sized silver particles. The biosynthesized silver nanoparticles have been characterized through UV-Vis spectroscopy, the Transmission Electron Microscopy (TEM) and Fourier Transform Infrared Spectroscopy (FTIR). Furthermore, biosynthesized silver nanoparticles (AgNPs) were then tested for antimicrobial activity using Gram-positive and Gram-negative bacteria.

MATERIALS AND METHODS

Preparation of algal biomass. The algal strains Phormidium formosum, was isolated from Eastern harbor) in the Mediterranean coast of Egypt. Samples were grown in 500 ml culture flasks containing F/2 medium (12-13). The growth potential of alga was maintained through regular sub culturing techniques, under laboratory conditions at pH 7, 28°C, and illuminated with cool white fluorescent lamps at an intensity 100 µmol photons m⁻² s⁻¹. The algal cultures were supplied with dry air (14) to provide CO₂ necessary for photosynthesis, to prevent the settling of cells bottom of the containers and maintain the alga in suspension without mechanical stress (15). The algal strains were harvested at their exponential growth phase in a 250 mL Erlenmeyer flask with 100 mL of 1 mM aqueous AgNO₃ solution (pH 7) for 24 h (19). The entire process of the reduction of metal ions to nanoparticles was carried out at 28°C. After complete reduction, the synthesized medium was centrifuged at 1200 rpm for 30 min. The pallet was collected and dried in an oven at 45°C. The biosynthesis reaction was achieved without using any catalytic chemicals and polymers as a stabilizing and capping agent (20).

UV-vis spectra analysis. The UV-Vis spectra of silver nanoparticles were recorded by spectrophotometer (Thermos Spintronic) at resolution of 1.0 nm at wave-length 300 nm to 600 nm.

TEM analysis of silver nanoparticles. Transmission Electron Microscopic (TEM) analysis was done using a TEM, JEM-1200EX (JEOL Ltd., Japan). 3 µL of the sample solution was placed on the carbon coated copper grid, making a thin film of sample on the grid, and an extra sample was removed using a cone of blotting paper, and kept in a grid box, sequentially.

Fourier transform infrared spectroscopy (FTIR). Further synthesized silver nanoparticles were prepared in thin pellets using potassium bromide (KBr) for FTIR analysis. IR spectra were obtained from PERKIN Elmer model at the resolution of 1 cm⁻¹ in the range of 4000 to 450 cm⁻¹.

Antimicrobial activity of silver nanoparticles. Antimicrobial activity of silver nanoparticles synthesized from marine cyanobacterium Phormidium formosum was carried out by the disc diffusion method. Serratia marcescens, Salmonella spp., Vibrio spp., Aeromonas hydrophilia, Pseudomonas aeruginosa, Escherichia coli and Proteus spp. (Gram-negative bacteria); Staphylococcus aureus, Micrococcus luteus and Enterococcus faecalis (Gram-positive bacteria); Candida albicans (fungus) were used in the antimicrobial susceptibility testing. Deionized water was used as the negative control. Bacterial cultures were spread equally onto the agar plate. The prepared sterile paper discs containing 10 µl of concentrations of silver nanoparticles and water extract of P. formosum (1mg per disc) was placed onto the bacterial cultured agar plateon sterilized paper disc (0.5 cm diameter). A pre diffusion for 2 h was carried out at 4°C before
incubation (21). Inhibition zones were measured after 24 h incubation period at 37°C for microorganisms. Meanwhile, cefprozil and polymixin for Gram-negative and Gram-positive bacterial and fungal species were used respectively, as positive controls.

Statistical analysis. All measurements were carried out in triplicate. Statistical analyses were performed using one-way Analysis of Variance (ANOVA), and the significance of the difference between means was determined by Duncan's multiple range tests. Differences at P<0.05 were considered statistically significant. The results were presented as mean values (± SD, Standard Deviations) (22).

RESULTS

Characterization of AgNPs by UV-visible spectroscopy. Colorless solution of silver nitrate turned into purplish brown in an hour after the addition of algal culture. Fig. 1 shows the color change of silver nanoparticles from clear to brown as an evident of AgNPs synthesized via P. formosum. Moreover, the UV-spectra provides strong evidence of nanoparticle formation. Light wavelength of 300-600 nm at UV-visible spectroscopy is commonly used to characterize various sizes of metal nanoparticles (23). Fig. 1 shows the absorbance spectrum at λmax = 437 nm while the absorption intensity 1.1, which indicates the formation of AgNPs in the solution.

Characterization of AgNPs by TEM. The particle size distribution histogram for the SNPs determined from the TEM image is shown in Fig. 2. From this figure, it is clear that the particles, whose sizes range from 1 to 26 nm. TEM analysis showed that most particles had a size of ~9 nm. The average sizes of the particles depended on the organism used.

FTIR spectra. The spectrum of FTIR evidently shows the bio fabrication of silver nanoparticles mediated by P. formosum at array of absorbance bands from 400 to 4000 cm⁻¹. The results for P. formosum synthesized silver nanoparticles solution showed peaks at 3223.11, 2351.93, 1650.25, 1384.93, 1122.58 and 665.96 cm⁻¹ as shown in Fig. 3. The peak and its attributions has summarized in Table 1. Display of strong broad O-H stretch carboxylic bands in the region 3223.11 cm⁻¹ was observed.

Antimicrobial activity of AgNPs. The antimicrobial activity was evaluated as the diameters of the inhibition zones formed as a result of disc assay method in case of bacteria and fungi. The results of antimicrobial activity of AgNPs produced in this research are reported in Fig. 4 and Table 2. The antimicrobial test revealed that AgNPs synthesized by P. formosum is capable of inhibiting the growth of microorganism. Optimal inhibition zone of AgNPs

![Fig. 1. The conversion of nitrate (a) to nano silver (b) by P. formosum biomass. The images show the colour changes before (a) and when (b) the method of reduction of ionic silver (Ag⁺) to AgNPs and UV-Visible spectra recorded after the reaction of 1 mM silver nitrate answer (a) with five g P. formosum wet biomass at hydrogen ion concentration seven and twenty-five ºC and formation of AgNPs (b).](image1)

![Fig. 2. TEM image of developed AgNPs](image2)
Fig. 3. FTIR spectra of bio-synthesized AgNPs by P. formosum

Table 1. FTIR analysis of AgNPs synthesized by P. formosum

| Group frequency cm⁻¹ | Functional group assignment                      |
|----------------------|--------------------------------------------------|
| 3223.11              | O-H (stretching- Carboxylic acids)               |
| 2351.93              | O=C=O (stretch carbonic dioxide)                 |
| 1650.25              | C=C (stretch alkene)                            |
| 1384.93              | C-H (bend alkane)                               |
| 1122.58              | C-O (stretch aliphatic ether)                    |
| 665.96               | C-Cl or C-Br (stretch halo compounds)            |

at around 2.7 cm and 2.2 cm was observed for Vibrio spp. and Staphylococcus aureus respectively. The antimicrobial activity of AgNPs had more activity than water extract of P. formosum. The antimicrobial effect of AgNPs on Staphylococcus aureus, Vibrio spp., Pseudomonas aeruginosa, Escherichia coli and Candida albicans was more significant compared to standard antibiotic Cefprozil and Polymixin.

DISCUSSION

In this study AgNO₃ and P. formosum mixture were used to synthesize silver nanoparticles. The intensity of the color change increases with time. The change of color happens due to the formation of silver nanoparticles over time. The ability of enzymes responsible for the synthesis of silver nanoparticles increases under alkaline conditions (24). Similar to this study, the formation of silver nanoparticles had been indicated by the color change from a clear to brownish solution (25-26). The color change resulted from excitation of surface plasmon resonance (SPR) in the metal nanoparticles (27). Previous studies suggested that a usual silver nanoparticles SPR pattern is present at wavelength in the range of 400-480 nm (28). For example, Ahmed et al. observed that the band occurs at 400 nm and 402 nm for Spirulina platensis and Nostoc sp. (11). Silver reduction initiated through metabolites that was present in algae culture medium. The plasma bands are broad with an absorption tail in the longer wave length, which could be in principle due to size distribution of nanoparticles. The reduction of silver ions occurs through electron shuttle or through reducing agents released into solution by algal culture. Different wavelength readings indicate that AgNPs are formed in various particle sizes,
Fig. 4. Antagonistic effects of (A) Phormidium formosum extract by water and (B) AgNPs synthesized by P. formosum biomass against Pseudomonas aeruginosa and Vibrio spp.

Table 2. Inhibition zone (cm) of silver nanoparticles synthesized by P. formosum and water extract of P. formosum against bacterial and fungal pathogens with antibiotic standard. Data are expressed as mean ± SE (n=3)

|                      | Diameter of inhibition zone (cm) |                |                |                |
|----------------------|----------------------------------|----------------|----------------|----------------|
|                      | AgNPs synthesized by P. formosum | Water extract by P. formosum | Antibiotic as appositive control | Deionized water as negative control |
| Gram (+V) bacteria   |                                  |                |                |                |
|                      | Staphylococcus aureus            | 1.8 ± 0.03     | 1.5 ± 0.05     | 2.0 ± 0.03     |
|                      | Micrococcus luteus               | 0.8 ± 0.00     | 1.0 ± 0.03     | 1.5 ± 0.00     |
|                      | Enterococcus Faecalis            | 1.0 ± 0.05     | 1.5 ± 0.07     | 2.0 ± 0.08     |
| Gram (-V) bacteria   |                                  |                |                |                |
|                      | Serratia marcescens              | 1.0 ± 0.03     | 1.0 ± 0.03     | 1.5 ± 0.03     |
|                      | Salmonella spp.                  | 1.1 ± 0.00     | 1.1 ± 0.00     | 1.5 ± 0.03     |
|                      | Vibrio spp.                      | 1.2 ± 0.05     | -              | 1.0 ± 0.03     |
|                      | Aeromonas hydrophila             | 1.0 ± 0.06     | 2.0 ± 0.05     | 2.3 ± 0.06     |
|                      | Pseudomonas aeruginosa           | 1.0 ± 0.00     | 1.0 ± 0.03     | 1.3 ± 0.00     |
|                      | Escherichia coli                 | 1.0 ± 0.05     | 1.5 ± 0.00     | 1.6 ± 0.03     |
|                      | Proteus spp.                     | 1.2 ± 0.03     | 1.1 ± 0.00     | 1.8 ± 0.00     |
| Fungal species       |                                  | 1.3 ± 0.00     | 1.2 ± 0.02     | 1.6 ± 0.03     |

- = No inhibitory effect; width 0.1 to 0.8 cm = weak activity; width 0.8 to 1.0 cm = moderate activity; width < 1.0 cm = strong activity.

shapes and surface properties. Therefore, such dissimilar physical formation of AgNPs is widely used as antimicrobial and antifungal agents in healthcare, food industry, textile coatings and electronic devices. TEM is powerful method to determine the size of nanoparticles (26). For example, it was observed that the smallest particles, 13 nm in diameter were formed with the biomass of Spirulina sp. while the largest ones were formed in Limnothrix sp. (29). The FTIR gives insights about the presence of functional groups in the synthesized silver nanoparticles in order to understand how they transform from simple inorganic silver nitrate to elemental silver due to the effect of different photo chemicals that might act in a simultaneous way as reducing, stabilizing and capping agent. These results revealed that the stud-
Synthesis of AgNPs using biological resources like marine cyanobacterium *Phormidium formosum* is a challenging alternative to chemical synthesis since this novel biogenic method is an eco-friendly method. The obtained data clearly indicate that alive biomass of *P. formosum* can be used as an effective capping as well as the reducing agent for the synthesis of AgNPs. Green synthesized silver nanoparticles are confirmed by a color change which was monitored quantitatively by UV-Vis spectroscopy at λ_{max} 437 nm. Further characterization with TEM analysis shows the spherical in shape with a size ranging from 1.83 nm to 26.15 nm. FTIR showed the structure, the respective bands of the synthesized nanoparticles and the stretch of bonds. The synthesized AgNPs have shown antibacterial and antifungal activity with conventional antibiotics against a wide range of pathogenic bacteria which established their application in biomedicines. Moreover, this process could be easily scaled up for the industrial applications to increase the yield of the nanoparticles significantly, which undoubtedly would establish its commercial viability in medicine.

**REFERENCES**

1. Sarah A, Samiha A, Nadine MS. Extracellular biosynthesis of silver nanoparticles from cyanobacteria. *Biomed Res* 2018; 29: 2859-2862.
2. Edhaya Naveena B, Prakash S. Biological synthesis of gold nanoparticles using marine algae *Gracilaria corticata* and its application as a potent antimicrobial and antioxidant agent. *Asian J Pharm Clin Res* 2013; 6:179-182.
3. Hanan H, Fatmah S, Adel M. Biopotentia application of synthesis nanoparticles as antimicrobial agents by using *Laurencia papillosa*. *Int J Pharmaco* 2017; 13: 303-312.
4. Husain S, Sardar M, Tasneem F. Screening of cyanobacterial extracts for synthesis of silver nanoparticles. *World J Microb Biot* 2015; 31:1279-1283.
5. Tan S, Erol M, Attygalle A, Du H. Synthesis of positively charged silver nanoparticles via photoreduction of AgNO3 in branched polyethyleneimine. *Langmuir* 2007; 23: 9836-9843.
6. Umer A. Selection of suitable method for the synthesis of copper nanoparticles. *NANO Brief Rep Rev World Sci Publ Comp* 2012; 7: 1-18.
7. Chinnappan RS, Kasandasmy K, Sekar A. A review on marine based nanoparticles and their potential applications. *Afr J Biotechnol* 2015; 14:1525-1532.
8. Govindaraju K, Basha SK, Kumar VG, Singaravelu G. Silver gold and bimetallic nanoparticles production using single-cell protein (*Spirulina platensis*) Geitler. *J Mater Sci* 2008; 43:5115-5122.
9. Franci G, Falanga S, Galdiiero S, Palomba L, Rai M, Morelli G, et al. Silver nanoparticles as potential antibacterial agents. *Molecules* 2015; 20:8856-8874.
10. Mohammed A, Hassan AH, Nayrah A, Hosam A, Abdel-mottaleb MS, Hamdona SK. Green synthesis of silver nanoparticles using marine algae extract and their antibacterial activity. *Middle East J Appl Sci* 2018; 8: 957-970.
11. Ahmed EA, Abdel Hafez EH, Ismail AFM, Elsonbaty SM, Abbas HS, Salah El Din R.A. Biosynthesis of silver nanoparticles by *Spirulina platensis* AND *Nostoc* sp. *Global Adv Res J Microbiol* 2015; 4: 036-049.
12. Gaillard RRL, Ryther JH. Studies of marine planktonic diatoms. I. *Cyclotella nana* Hustedt, and *Detonula confervacea* (cleve) Gran. *Can J Microbiol* 1962; 8:229-239.
13. Guillard RRL. Culture of phytoplankton for feeding marine invertebrates. In: Smith W.L., and Chanley MH, eds. Culture of Marine Invertebrate Animals. Plenum
14. Lorenzen H. Synchronization of Chlorella with light dark changes and periodical dilution to a standard cell number. In: Zeiten E (Ed) Inersci. Publ., New York, 1964; pp. 571.
15. Chapter: Hillyer GV (1998). Immunodiagnosis of human and animal fasciolosis. In: Fasciolosis. Ed, JP Dalton. CABI Publishing, 1st ed. Oxon, Wallingford, UK, pp. 435-445.
16. Perssoone G, Morales J, Verlet H, De Pauw N (1980). Air-lift pumps and the effect of mixing on. In: Algae biomass production and use algal growth. Eds G Shelef, CJ Soeder. Elsevier, Amsterdam, Netherlands, pp. 505-522.
17. Tomas C, Hasle GR, Syvertse EE, Steidinger K, Tangen K (1996). Identifying Marine Diatoms and Dinoflagellates. Elsevier, Amsterdam, Netherlands. pp. 598.
18. Prescott GW (1982). Algae of the western lakes area. W.M.C. Brown Publ., Dubuque, pp. 1-977.
19. Cronberg G, Annadotter H (2006) Manual on aquatic cyanobacteria: A photo guide and a synopsis of their toxicology. Copenhagen: International Society for the Study of Harmful Algae and the United Nations Educational, Scientific, and Cultural Organization. P.106.
20. Mann S. Molecular tectonics in biomineralization and biomimetic materials chemistry. Nature 1993; 365: 499-505.
21. Kuppusamy P, Ichwan SJA, Parine NR, Yusoff MM, Maniam GP, Govindan N. Intracellular biosynthesis of Au and Ag nanoparticles using ethanolic extract of Brassica oleracea L. and studies on their physicochemical and biological properties. J Environ Sci 2015;29:151-157.
22. Bansemir A, Blume M, Schröder SU, Lindequist U. Screening of cultivated seaweeds for antibacterial activity against fish pathogenic bacteria. Aquac 2006; 252:79-84.
23. Duncan BD. Multiple range tests for correlated and heteroscedastic means. Biometrics 1957; 13:164-176.
24. Sanghi R, Verma P. Biomimetic synthesis and characterisation of protein capped silver nanoparticles. Biore sour Technol 2009; 100:501-504.
25. Azizi S, Namvar F, Mahdavi M, Bin Ahmad M, Mohammad R. Biosynthesis of silver nanoparticles using brown marine macroalga, Sargassum muticum aqueous extract. Materials (Basel) 2013; 6:5942-5950.
26. Mahdieh M, Zolanvari A, Azimee AS, Mahdieh M. Green biosynthesis of silver nanoparticles by Spirulina platensis. Sci Iran 2012; 19: 926-929.
27. Nallamuthu T, Venkatalakshmi RP, Chinnasamy A, Kannaiyan P, Thangaraju N. Synthesis of silver nanoparticles and the antibacterial and anticancer activities of the crude extract of sargassum polycystum C. Nano Biomed Eng 2012; 2: 89.
28. Haghhigh Pak Z, Abbaspour H, Karimi N, Fattahi A. Eco-Friendly synthesis and antimicrobial activity of silver nanoparticles using Draccehalum moldavica seed extract. Appl Sci 2016; 6: 69.
29. Vijay Patel, et al. Screening of cyanobacteria and microalgae for their ability to synthesis silver nanoparticles with antibacterial activity. Biotechnol Rep (Amst) 2015;5:112-119.
30. Abdel-Raouf N, Al-Enazi NM, Ibraheem BM. Green biosynthesis of goldn anoparticles using Galaxaura elongata and characterization of their antibacterial activity. Arab J Chem 2017; 10 Supplement 2: S3029-S3039.
31. Al-Saif SS, Abdel-Raouf N, El-Wazanani HA, Aref IA. Antibacterial substances from marine algae isolated from Jeddah coast of Red sea, Saudi Arabia. Saudi J Biol Sci 2014; 21: 57-64.
32. Sudha SS, Rajamanikam K, Regaramanujam J. Microalgae mediated synthesis of silver nanoparticles and their antibacterial activity against pathogenic bacteria. Indian J Exp Biol 2013; 52:393-399.
33. Das R, Gang S, Nath SS. Preparation and antibacterial activity of silver nanoparticles. J Biomater Nanobotechnol 2011;2:472-475.
34. Devi JS, Bhimba BV. Silver nanoparticles: Antibacterial activity against wound isolates & in vitro cytotoxic activity on Human Caucasian colon adenocarcinoma. Asian Pac J Trop Dis 2012; 2 Supplement 1: S87-S93.
35. Chrakanth RK, Ashajyothi C, Oli AK, Prabhurajeshwar C. Potential bactericidal effect of silver nanoparticles synthesised from Enterococcus species. Orient J Chem 2014;30: 1253-1262.
36. Naveena BE, Prakash S. Biological synthesis of gold nanoparticles using marine algae gracilaria corticata and its application as a potent antimicrobial and antioxidant agent. Asian J Pharm Clin Res 2013; 6: 4-7.